Wavelength selection, spatial filtering and polarization control of an Er:YAG laser cavity by resonant-grating mirror (orale)
Adrien Aubourg, Thomas Graf, Marwan Abdou-Ahmed, M. Rumpel, Nicolas Aubry, Julien Didierjean, François Balembois, Patrick Georges

To cite this version:
Adrien Aubourg, Thomas Graf, Marwan Abdou-Ahmed, M. Rumpel, Nicolas Aubry, et al.. Wavelength selection, spatial filtering and polarization control of an Er:YAG laser cavity by resonant-grating mirror (orale). Conference on Lasers and Electro-Optics Europe & International Quantum Electronics Conference (CLEO/Europe-IQEC), May 2013, Munich, Germany. hal-00817700

HAL Id: hal-00817700
https://hal.archives-ouvertes.fr/hal-00817700
Submitted on 25 Apr 2013

HAL is a multi-disciplinary open access archive for the deposit and dissemination of scientific research documents, whether they are published or not. The documents may come from teaching and research institutions in France or abroad, or from public or private research centers. L’archive ouverte pluridisciplinaire HAL, est destinée au dépôt et à la diffusion de documents scientifiques de niveau recherche, publiés ou non, émanant des établissements d’enseignement et de recherche français ou étrangers, des laboratoires publics ou privés.
Wavelength selection, spatial filtering and polarization control of an Er:YAG laser cavity by resonant-grating mirror

Adrien Aubourg, Martin Rumpel, Marwan Abdou-Ahmed, Julien Didierjean, Nicolas Aubry, Thomas Graf, François Balembois, Patrick Georges
1. Laboratoire Charles Fabry, Institut Optique, CNRS, Univ Paris-Sud - 2 Av A. Fresnel, 91127 Palaiseau CEDEX, France
2. Fibercrytst, La Doua, Bat. 146rium, Bd Lahtarjet, F-69616 Villeurbanne, France
3. Institut für Strahlerzeugung (ISW), Stuttgart University, Pfaffenwaldring 43, D-70569 Stuttgart

Er:YAG crystals are good candidates for eye-safe solid-state lasers with output pulses energy in the mJ range, which are required for applications in atmospheric propagation such as active imaging, lidar and wind mapping. Er:YAG crystals can emit at 1645 nm or 1617 nm. The laser emission of Er:YAG naturally occurs at 1645 nm and is unpolarized. In addition, the required high incident pump powers in quasi-three-levels laser such as Er:YAG could lead to a poor beam quality factor (M²) because of well-known thermal effects in rod lasers. Some applications may require emission at 1617 nm with a good M² factor for long range sensing, as well as linearly polarized output beams for pollutant probing [1]. Therefore, a basic Er:YAG cavity could be provided with an intra-cavity etalon for wavelength selection [2], a reflective polarizer for polarization control, and a pinhole for spatial filtering. In this contribution, we report on a resonant-grating mirror (Fig. 1 left) which can be used to fulfill these three functions, hence simplifying the laser setup [3].

For the experimental investigation, an Er:YAG single crystal fiber from Fibercrytst with a diameter of 750 µm, a length of 30 mm and a doping concentration of 0.5 % is used as gain medium (Fig. 1 right). The fiber end faces were anti-reflection coated and the crystal was actively cooled to 12°C. The pump light was provided by a fiber-coupled laser diode with a core diameter of 400 µm and a numerical aperture of 0.22, delivering up to 40 W at 1532 nm. Its spectrum was narrowed down to approximately 1 nm by an internal volume Bragg grating. The beam was collimated by a doublet of 40 mm focal length and focused at a few millimeter inside the Er:YAG crystal by a second doublet of the same kind. The cavity was made from two concave mirrors and a plan output coupler with a reflectivity of 80 %. As the reflective polarizer and the resonant grating mirror are best used with a collimated beam, the distance between mirrors M1 and M2 was adjusted accordingly.

In a first reference setup, an etalon and a plan reflective polarizer were inserted inside the cavity. An output power of 2.15 W was emitted at 1617 nm with a M² of 4.0 and 6.0 for both axis respectively. The degree of linear polarization of the emitted beam was measured to be 94.8 %.

The resonant grating mirror (RGM) used in our experiment is composed of fused silica substrate and a single high-index layer (Ta₂O₅) in which a grating with a period of 703 nm and a groove depth of ~50 nm was integrated. It was inserted as a folding mirror in the above described cavity. The incident angle was chosen precisely to achieve the resonance i.e. a high reflectivity at 1617 nm. An output power of 1.43 W was obtained at 1617 nm with a M² factor of 1.4 and 1.6 for both axis respectively. The degree of linear polarization was measured to be 95.8 %.

Thus, a huge improvement in the beam quality factor, comparable to the etalon-polarizer combination, is reached with the emitted beams were achieved with the RGM. However, a drop of 33 % of maximum output power was observed. The latter might result from a slight misalignment of the RGM as well as from its intrinsic losses (absorption and scattering). Further experiments could lead to higher output powers with this mirror.

In conclusion, we demonstrated an innovative design for wavelength selection, spatial filtering and polarization control of a laser cavity by using resonant-grating mirror.

References